Theoretical study of phase transitions in Sb$_2$S$_3$, Bi$_2$S$_3$ and Sb$_2$Se$_3$ under compression

E. Lora da Silva$^{1*}$, J. M. Skelton$^2$, P. Rodríguez-Hernández$^3$, A. Muñoz$^2$, D. Martinez-García$^4$ and F. J. Manjón$^1$

$^1$ Instituto de Diseño para la Fabricación y Producción Automatizada, MALTA Consolider Team, Universitat Politècnica de València, València, Spain
$^2$ School of Chemistry, University of Manchester, Oxford Road, Manchester M13 9PL, UK
$^3$ Departamento de Física, Instituto de Materiales y Nanotecnología, MALTA Consolider Team, Universidad de La Laguna, Tenerife, Spain
$^4$ Departament de Física Aplicada – IMCuv, MALTA Consolider Team, Universitat de València, Burjassot, Spain

Keywords: sesquichalcogenides, high pressure, ab initio calculations

*e-mail: esdasil@idf.upv.es

We have carried out a comprehensive set of calculations based on Density Functional Theory to investigate the pressure stability of five possible phases in sesquichalcogenides Sb$_2$S$_3$, Bi$_2$S$_3$ and Sb$_2$Se$_3$ under hydrostatic pressures up to 60 GPa, viz. Pnma, R-3m, C2/m, C2/c and Im-3m.

For Bi$_2$S$_3$ and Sb$_2$S$_3$, we find that the orthorhombic Pnma phase is the most stable phase at ambient pressure, while the R-3m, C2/m and C2/c phases are not energetically competitive over the range of pressures examined. These results are contrary to recent experimental results [1][2][3] suggesting several phase transitions in Sb$_2$S$_3$ between 10 and 25 GPa. Therefore, we suggest that the observation of the multiple high-pressure phases may be due to the non-hydrostatic behavior of the pressure-transmitting medium. The disordered bcc-like Im-3m phase (which can be understood as a disordered solid solution of atoms) is predicted to be the most energetically stable phase of the two compounds above 30 and 35 GPa, respectively. However the calculated phonon dispersion curves indicate that the Im-3m phase remains dynamically unstable up to at least 60 GPa. We therefore do not anticipate that a disordered bcc-like structure will be observed for Bi$_2$S$_3$ and Sb$_2$S$_3$ under hydrostatic conditions. This conclusion agrees with the non-observation of a Im-3m phase in Bi$_2$S$_3$ [4][5] under pressure up to 65 GPa.

For Sb$_2$Se$_3$, we again find that the C2/m and C2/c phases are not energetically competitive over the range of pressures examined. As regards to the Im-3m phase, our calculations predict a transition to above 21 GPa, in good agreement with experimental observations [6]. In fact, unlike the other two compounds, our lattice-dynamics calculations indicate this phase is dynamically stable at high pressures in Sb$_2$Se$_3$. Moreover, and unexpectedly, calculations at ambient pressure suggest that the trigonal R-3m phase is the most energetically favorable - competitive with the Pnma phase - and that a transition to the Pnma phase should occur at a moderate pressure (5 GPa). Since the Pnma phase is invariably obtained in experiments, we suggest that the Pnma phase is stabilized by the thermal energy at room temperature, allowing for the possibility of synthesizing the R-3m phase under optimized conditions. Moreover, the inconsistency found between the theoretical and experimental data can be explained on kinetic reasons; i.e. that the Pnma phase forms faster than the R-3m phase, under the usual synthesis conditions. We would expect this phase to show topological insulating properties under ambient conditions, which would likely make the synthesis of the R-3m phase in Sb$_2$Se$_3$ an undertaking highly worthwhile.

Acknowledgments: This research was supported by the Spanish Ministerio de Economía y Competitividad under the projects MAT2016-75856-C4-1-P/2-P/3-P, as well as from the European Union Horizon 2020 research and innovation programme under Marie Skłodowska-Curie grant agreement No. 785789-COMEX. JMS is grateful to the University of Manchester for the support of a Presidential Fellowship. The authors acknowledge the use of the MALTA Computing Cluster at the University of Oviedo and the computer resources at MareNostrum with technical support provided by the Barcelona Supercomputing Center (QCM-2018-3-0032).